Sulfur dioxide adsorption by iron oxide nanoparticles@clinoptilolite/HCl

Mina Mahmoodi Meimand¹, Ahmad Jonidi Jafari², Alireza Nasiri², Mohammad Malakootian¹,³,*
¹ Environmental Health Engineering Research Center, Kerman University of Medical Sciences, Kerman, Iran
² Department of Environmental Health Engineering, School of Public Health, Tehran University of Medical Sciences, Tehran, Iran
³ Department of Environmental Health, School of Public Health, Kerman University of Medical Sciences, Kerman, Iran

ABSTRACT:
Introduction: The purpose of this study was to investigate and compare the effect of iron oxide nanoparticles on the adsorption of sulfur dioxide by modified zeolite with hydrochloric acid. In this investigation was used modified zeolite with HCl with and without iron oxide nanoparticles (Iron Oxide Nanoparticles@Clinoptilolite/HCl) as adsorbent.

Materials and methods: Structural characteristics, chemical composition and specific surface area of adsorbent were determined using the FTIR, FE-SEM, EDX, Mapping, XRD, XRF and BET techniques. Glass cylinder filled with zeolite seeds and SO₂ cylinder balanced with N₂ gas was used for experiments. It was evaluated factors affecting SO₂ uptake process including temperature and contact time, also thermodynamics and kinetics of adsorption. Sulfur dioxide adsorption of real sample was taken with both adsorbents.

Results: Adsorption efficiency of SO₂ in the synthetic and actual sample were %82.8±5.5 and %67.2±7.21 respectively, by modified zeolite with HCl and iron oxide nanoparticles in the optimum conditions of temperature of 25 °C and duration 28.5 min. As well as, removal percentage average was obtained in the synthetic and actual sample %46.1±4.34 and %35.8±5.85 respectively, by modified zeolite with HCl without nanoparticles in optimum condition of temperature of 25 °C and contact time of 20.5 min. The results showed that SO₂ adsorption is an exothermic and spontaneous process and adsorption kinetics of sulfur dioxide by both adsorbent is more consistent Pseudo-second order kinetics model.

Conclusion: The use of iron oxide nanoparticles on the zeolite can increase SO₂ removal efficiency from the gas phase.

Please cite this article as: Mahmoodi Meimandi M, Jonidi Jafari A, Nasiri A, Malakootian M. Sulfur dioxide adsorption by iron oxide nanoparticles@clinoptilolite/HCl. Journal of Air Pollution and Health. 2020; 5(2):107-120.
illnesses [4]. Epidemiological studies show that exposure to elevated SO\textsubscript{2} concentrations can lead to respiratory illness and cardiovascular diseases mortality [5]. In addition, after oxidation and reaction with water in the atmosphere, SO\textsubscript{2} is responsible for acid rain that increases acidity of lakes, rivers and soils, damages to tree foliage and agricultural crops, corrodes buildings and monuments [6].

Different technologies as wet scrubbing or dry sorption methods have been developed for the sulfur dioxide removal [7, 8]. One of the wet methods that is used for SO\textsubscript{2} removal, is washing process with water and lime, although the aforementioned method is ability to remove SO\textsubscript{2} large amounts, but a large volume of wastes is produced during process [9]. Because of their simplicity and relatively low cost, dry sorption methods are more economical than wet technologies [7].

Dry processes such as physical adsorption process can be a promising approach to remove SO\textsubscript{2} due to its unique advantages including it requires to minimum energy for the adsorbent regeneration, gas adsorbent design is relatively simple compared to the design of a chemical reactor and there is less problems in waste disposal [10]. The adsorptive purification of flue gases from SO\textsubscript{2} has several advantages such as adsorbents have a high resistance at multi-cycle exploitation, are stable at high temperature and treatment with acid, selectivity of SO\textsubscript{2} in the presence of gas mixture other compounds [11].

Various studies are done for SO\textsubscript{2} adsorptions by activated carbon, alumina, graphite, rice husk ash, metal surfaces and natural and synthetic zeolites [12-18]. In a research, it was reviewed surface modification of activated carbon for adsorption of SO\textsubscript{2} and NO\textsubscript{x} [19]. Many reserachers studied SO\textsubscript{2} adsorption and desorption on Pt/Pd catalysts [20]. Some researchers studied zeolites for the removal of SO\textsubscript{2} and NOx from flue gases [21].

Due to the abundance and low cost, has been many used of clinoptilolite to adsorb and environmental applications [22]. In a study, natural clinoptilolite was used for CO\textsubscript{2}/N\textsubscript{2} gas separation, they found that clinoptilolite could be used as an efficient adsorbent [23].

Natural zeolites treatment using the acidic solutions can improve the structural properties and adsorption ability of natural zeolites [24].

Studies in the field of nanotechnology indicate various properties of materials on the nanoscale for different ingredients. For instance, it can be noted increase in oxidation, reduction and catalysis property of various compounds through transition metals elements on the nanoscale [25]. Iron is one of transition elements which is common in the desulfurization process due economic considerations and optimum dynamic properties [26]. The use of nanosized iron increases SO\textsubscript{2} uptake efficiency because of the increasing ratio of surface area to volume and to achieve properties that these properties do not exist in macroscopic size [27]. In a study, researchers studied SO\textsubscript{2} adsorption on clinoptilolite/nano iron oxide and natural clinoptilolite [28].

In previous studies iron sulfate Fe\textsubscript{2}(SO\textsubscript{4})\textsubscript{3} is suggested as the main product of surface reactions between SO\textsubscript{2} and iron. Formation of iron sulfate is related to surface pH reduction after exposure of sample to SO\textsubscript{2} in wet conditions and as well as a decrease in the number of OH groups associated with the iron hydroxide [29].

Numerous studies have been done in order to SO\textsubscript{2} adsorption investigation by modified with Hy-
drochloric Acid clinoptilolite, but no study has been conducted yet in the field of SO$_2$ adsorption by clinoptilolite of functionalized with iron oxide nanoparticles. The purpose of the current research is comparative study of iron oxide nanoparticles effects on sulfur dioxide adsorption by modified with hydrochloric acid zeolite.

**Materials and methods**

Study is experimental that was conducted in Environmental Health Engineering Research Center of Kerman University of Medical Sciences, Kerman, Iran.

**Preparation of the adsorbent**

In the investigation was used granulating natural clinoptilolite with an average diameter of 1-2 mm. Clinoptilolite zeolite was purchased from Afrazand company. To improve efficiency, zeolite seeds were washed with 1 N hydrochloric acid during two stages of 6 h, then washed with deionized water, and dried at 180 °C in an oven [30]. Subsequently, 10 g of iron oxide nanoparticles (Fe$_2$O$_3$) (purity 99.5%) was added to 1 L of distilled water and suspended by ultrasonic device. Iron oxide nanoparticle suspension was added to 200 g of modified with HCl granulated zeolite, and placed in a shaker for 2 h, then slowly dried in an oven at 80 °C for 10 h. Finally for activation of nanoparticles, composite of iron oxide nanoparticles supported on modified clinoptilolite with HCl was heated in the oven at 300 °C for 2 h [31, 32].

**Characterization of the adsorbent**

The FT-IR of the samples was obtained using a FT-IR 6300 Brucker, and XRD of the Iron Oxide Nanoparticles@Clinoptilolite/HCl was recorded in the diffraction angle range of 2θ = 10-80° by an X’Pert PRO MPD P Analytical using Ni-FILTERED Cu Kα radiation. The microstructure, morphology, and chemical composition of adsorbent was investigated by FESEM-EDS (MIRA-3TESCAN-XMU). EDS mapping was employed to further confirm the components and element distribution (MIRA3TESCAN-XMU) [33]. The BET (Brunauer-Emmet-Teller) method using a BELSORP-max (Bel Japan, Inc.) instrument [34].

**Adsorption evaluation of SO$_2$**

Glass cylinder with 19.5 mm diameter and 500 mm length was used for experimental. 100 g of zeolite grains with nanoparticles and without nanoparticles was placed in the glass cylinder, separately. Schematic diagram of the experimental setup is shown in Fig. 1. The sulfur dioxide gas was provided in a high-pressure cylinder which contained 2700 ppm (purity 99.98%) of SO$_2$ balanced with N$_2$. The gas cylinder was equipped with a pressure regulator. By passing gas containing SO$_2$, its removal rate was measured by determining the of output concentration. The gas flow rate was 1200 mL/min. Sampling was conducted during current to flow at 17, 20.5, 28.5 and 40 min and at 25, 35, 60 and 80 °C. The required temperature was supplied using a 250 W electric heating elements which had wrapped around the chamber covering cylinder. In order to setting the exact temperature, chamber’s temperature was continuously controlled by a sensor, which was placed inside of the chamber. Sensor acted quickly when temperature was changed. If the chamber temperature was reduced from the desired temperature, the electronic thermostat was quickly turned the heater on and if it was increased from considered temperature, thermostat was turned the heater off.
Gas after passing through the adsorbent was entered in Midget Impinger. Gas outlet was passed through a solution containing H$_2$O$_2$ (3 vol.%), for the determination the amount of sulfur dioxide in the effluent. Then, formed H$_2$SO$_4$ was measured by titrating with NaOH (0.01 mol/L) solution and brom cresol green and methyl red as indicator to determine titration endpoint. The amount of H$_2$SO$_4$ was applied to calculate the total sulfur amount on adsorbent [35].

The amount of sulfur dioxide in output current was determined according to the mentioned methods in the book of Standard Methods for the Examination of Water and Wastewater (APHA) [36].

Each experiment was performed three times. Diesel automobile the exhaust outlet was used as real sample.

**Instrumentation**

In this study, used instruments were including HR200 analytical sensitive scale (A & D Japan) with precision of 0.0001 g for weighing chemicals, ultrasonic device TI-H5 model (Elma Germany) for separating Nanoparticles, Taiwanese vacuum pump model of VC-701 and Iranian oven. Chemicals that were used for laboratory work are Merck Germany with high purity.

Data analysis was performed by descriptive statistics using the SPSS (version 21).

**Thermodynamic properties and kinetics of SO$_2$ adsorption**

Kinetic equations of pseudo-first order and pseudo-second-order respectively, were calculated using linear Eqs. 1 and 2 [37, 38]:

\[
\ln(q_e - q_t) = ln q_e - K_1 \times t 
\]

\[
\frac{t}{q_t} = \frac{1}{k_2 q_e^2} + \frac{1}{q_e} \times t 
\]

Where $q_e$ is the amounts of SO$_2$ adsorbed at equilibrium (mg/g), $q_t$ amounts of SO$_2$ adsorbed at time $t$ (mg/g), $k_1$ and $k_2$ are rate constants of these two equations [39]. Diagram of Log ($q_e$-$q_t$) against time and diagram of $t/q_t$ versus time was plotted in order to test pseudo-first order and pseudo-second-order respectively, for modified zeolite with HCl with and without the nanoparticle in 25 °C.
The amount of sulfur dioxide in output current was determined according to the mentioned methods in the book of Standard Methods for the Examination of Water and Wastewater (APHA) [36]. Each experiment was performed three times. Diesel automobile exhaust outlet was used as real sample.

**Instrumentation**

In this study, used instruments were including HR200 analytical sensitive scale (A & D Japan) with precision of 0.0001 g for weighing chemicals, ultrasonic device TI-H5 model (Elma Germany) for separating Nanoparticles, Taiwanese vacuum pump model of VC-701 and Iranian oven. Chemicals that were used for laboratory work are Merck Germany with high purity.

Data analysis was performed by descriptive statistics using the SPSS (version 21).

**Thermodynamic properties and kinetics of SO\(_2\) adsorption**

Kinetic equations of pseudo-first order and pseudo-second-order respectively, were calculated using linear Eqs. 1 and 2 [37, 38]:

\[
\ln(q_e - q_t) = -k_1 t \\
\frac{t}{q_t} = \frac{1}{k_2 q_e^2} + \frac{t}{q_e}
\]

Where \(q_e\) is the amounts of SO\(_2\) adsorbed at equilibrium (mg/g), \(q_t\) amounts of SO\(_2\) adsorbed at time \(t\) (mg/g), \(k_1\) and \(k_2\) are rate constants of these two equations [39]. Diagram of \(\ln(q_e - q_t)\) against time and diagram of \(\frac{t}{q_t}\) versus time was plotted in order to test pseudo-first order and pseudo-second-order respectively, for modified zeolite with HCl with and without the nanoparticle in 25 °C. Values of \(K_1, K_2\) and \(q_e\) were obtained for both models by determination of slope and intercept.

To determine the thermodynamic parameters such as changes in standard Gibbs free energy (\(\Delta G^0\)), standard enthalpy (\(\Delta H^0\)) and standard entropy (\(\Delta S^0\)), were employed Eqs. 3 and 4 [40, 41]:

\[
\ln K = \frac{\Delta S}{R} - \frac{\Delta H}{RT} \\
\Delta G = \Delta H - T\Delta S
\]

So that a straight line achieved from plotting changes of \(\ln K\) against \(1/T\). \(\Delta H^0\) and \(\Delta S^0\) obtained from the slope and intercept, respectively, of the linear plot.

**Results and discussion**

To characterize Iron Oxide Nanoparticles@Clinoptilolite/HCl various techniques were employed. FTIR spectrums of modified zeolite with hydrochloric acid and iron oxide nanoparticles are shown in Fig. 2.

In the FT-IR spectra of the amended zeolite with nanoparticles, vibrations of the hydroxyl functional group bands at 3612 cm\(^{-1}\), can be seen. The peaks at 667 cm\(^{-1}\) and 788 cm\(^{-1}\) are due to Fe-O bands that appeared after the functionalization that it indicate the iron nanoparticles are well placed on the surface of the clinoptilolite [42, 43]. The surface morphology of the adsorption material was assessed by FE-SEM. Morphological results of Iron Oxide Nanoparticles@Clinoptilolite/HCl is illustrated in Fig. 3. As can be seen in the FE-SEM figures, the particles are uniform, spherical in shape, and non-clumped in nanometer dimensions.

![FTIR spectra of Clinoptilolite/HCl and Iron Oxide Nanoparticles@Clinoptilolite/HCl](image)

![FESEM images of Iron Oxide Nanoparticles@Clinoptilolite/HCl](image)
The figures show that the nanoparticles are located on the surface of the zeolite.

To check the chemical composition of the adsorbent, EDS was analyzed. The results revealed 29.91% O, 24.70% C, 20.95% Fe, 17.19% Si, 2.87% Al, 1.98% Cl, 1.24% K, 0.18% Mg, 0.40% Ca, 0.49% Na and 0.09% Y in accordance with the expected values for confirming the chemical structure of Iron Oxide Nanoparticles@Clinoptilolite/HCl (Fig. 4).

EDS mapping was used to determine the element distribution of as-prepared Iron Oxide Nanoparticles@Clinoptilolite/HCl (Fig. 5). According to Fig. 4, all elements, and Iron Oxide Nanoparticles had a homogeneous distribution, indicating

**Fig. 4.** EDS patterns of the as-prepared Iron Oxide Nanoparticles@Clinoptilolite/HCl

**Fig. 5.** The elemental mapping images of the as-prepared Iron Oxide Nanoparticles@Clinoptilolite/HCl
the high uniformity of the prepared adsorbent. Clinoptilolite used in this study has a light yellow color where silica and alumina are the main compounds (Table 1). Potassium is the most metal element found in clinoptilolite samples followed by calcium, magnesium and iron. Natural clinoptilolite has a high Si/Al mole ratio. The results of XRD of adsorbent before (Fig. 6a) and after (Fig. 6b) modified with iron oxide nanoparticles in the range of 10 to 80 degrees ($2\theta = 10^\circ - 80^\circ$) are showed in Fig. 6. The presence of sharp and strong peaks in regions $2\theta = 35.62^\circ$, 58.84$^\circ$ and 62.88$^\circ$ in Fig. 6b and comparison of peak locations with reference data indicate the iron nanoparticles are well placed on the surface of the clinoptilolite.

Table 1. XRF analysis result of used clinoptilolite

| Element | Na (%) | Mg (%) | Al (%) | Si (%) | K (%) | S (%) | Cl (%) | P (%) | Ca (%) | Ti (%) | V (%) | Cr (%) | Mn (%) |
|---------|--------|--------|--------|--------|-------|-------|--------|-------|--------|--------|-------|-------|--------|
| Fe (%)  | 0.67   | <0.01  | <0.01  | <0.01  | <0.01 | <0.01 | <0.01  | <0.01 | <0.01  | <0.01  | <0.01 | 0.02  | <0.01  |
| Zr (%)  | 0.01   | <0.01  | <0.01  | <0.01  | <0.01 | <0.01 | <0.01  | <0.01 | <0.01  | <0.01  | <0.01 | <0.01 | <0.01  |
| Pr (%)  | <0.01  | <0.01  | <0.01  | <0.01  | <0.01 | <0.01 | <0.01  | <0.01 | <0.01  | <0.01  | <0.01 | <0.01 | <0.01  |

Fig. 6. The XRD patterns of Clinoptilolite/HCl and Iron Oxide Nanoparticles@Clinoptilolite/HCl
The BET surface area of clinoptilolite/HCl and modified zeolite with iron oxide nanoparticles were obtained at 42.2 m²/g and 60.7 m²/g, respectively. Adding nanoparticles of iron oxide as the active phase on the clinoptilolite zeolite has increased the specific surface area. The contact surface increases due to the small size of nanoparticles.

Effect of temperature on the removal of sulfur dioxide

The effect results of temperature on the removal of sulfur dioxide in modified zeolite with HCl and modified zeolite with HCl and iron oxide nanoparticles is presented in Fig. 7. Maximum value of SO₂ removal efficiency is at temperature of 25 °C by modified zeolite with HCl and modified zeolite with HCl and iron oxide nanoparticles 46.1±4.34 and 82.8±5.50 percent, respectively.

The results of the investigation of temperature show the removal efficiency of sulfur dioxide is reduced with increasing temperature, this indicates gas adsorption process is exothermic on zeolite and iron oxide nanoparticles. Researchers in Romania studied sulfur dioxide adsorption on zeolite Y. They reported that with increasing temperature, the adsorption capacity is reduced [12]. Some researchers studied sulfur dioxide adsorption on activated carbon. They reported that the adsorption decreases with increasing temperature and ΔH° is a negative value, which complies with the result of this study [44].

Effect of contact time on the removal of sulfur dioxide

The influence of contact time on the SO₂ removal efficiency investigated and the results is provided in Fig. 8.
Maximum removal efficiency of SO₂ obtained in the contact time of 20.5 min by modified zeolite with HCl 46.1±4.34 percent.

Also, maximum removal capacity of SO₂ obtained in the contact time of 28.5 min for modified zeolite with HCl and iron oxide nanoparticles 82.8±5.50 percent.

The results of the investigation of the contact time demonstrate the most of SO₂ adsorption occurs in the contact time of 20.5 and 28.5 initial minutes at 25 °C for zeolite without nanoparticle and with nanoparticle respectively. This phenomenon reflects that all sites of adsorbent are empty and gas concentration gradient is high in primary minutes, as a result of this, speed of sulfur dioxide adsorption process is high. Then increasing the contact time leads to differences in adsorption efficiency due to being restricted surface area available for adsorption, and ultimately decreases adsorption efficiency. Some researchers found that with increasing contact time, the SO₂ removal efficiency by CaO as desulfurizers decreased; this is similar to the results of the current study [45]. The addition of iron oxide nanoparticles as the active phase on the structure of the zeolite has resulted in significant improvement at activity of adsorbent. This positive effect on the removal of sulfur dioxide may be due to strong catalytic properties of iron oxide and particle size uniformity.

**Adsorption kinetics**

Kinetic constants are presented in Table 2 along with the corresponding correlation coefficients for modified zeolite with HCl with and without the nanoparticle in 25 °C.

![Fig. 8. The influence of contact time on the removal efficiency sulfur dioxide](http://japh.tums.ac.ir)
It can be seen from Table 2 that adsorption of SO\(_2\) follows Pseudo-second-order kinetic model because linearity Percent of this equation is more than other equation.

Adsorption of sulfur dioxide on both adsorbent followed Pseudo-second-order kinetic model. Researchers investigated the adsorption performance of γ-Fe\(_2\)O\(_3\) nanoparticles for sulfide, sulfite, and thiosulfate from aqueous solutions. They reported that the adsorption process followed pseudo-second-order kinetics, which is similar with results of this study [46].

**Thermodynamic of adsorption**

Fig. 8 shows plot of LnK versus \(1/T\) for the heat of adsorption for SO\(_2\) at different temperatures. \(\Delta H^0\) and \(\Delta S^0\) obtained from the slope and intercept, respectively, of the linear plot. Table 3 displays results of thermodynamic parameters.

According to obtained results in Table 2, \(\Delta H^0\) is negative value in this process which confirms adsorption of SO\(_2\) is exothermic. It is well understood that physical adsorption decreases with increasing temperature according to Le Chatelier’s Principle. In a research in China, sulfur dioxide adsorption was studied on zeolite. They reported that the adsorption decreases with increasing temperature and \(\Delta H^0\) is negative value [47]. Therefore, reduction in sulfur dioxide adsorption efficiency is justifiable in actual sample due to the high temperature of exhaust outlet.

---

**Table 2.** The kinetic parameters for removal of SO\(_2\) by modified zeolite with HCl and modified zeolite with HCl and nanoparticles at 25 °C

| Adsorbent                          | Pseudo-first-order kinetic model | Pseudo-second-order kinetic model |
|------------------------------------|----------------------------------|-----------------------------------|
|                                    | \(K_1\) (mg/g) | \(q_e\) (mg/g) | \(R^2\) | \(K_2\) (mg/g) | \(q_e\) (mg/g) | \(R^2\) |
| Clinoptilolite/HCl                 | 0.1328  | 49.4   | 0.6601 | 0.016  | 10.45   | 0.9977 |
| Iron Oxide                         | 0.1309  | 73.7   | 0.9261 | 0.021  | 23.87   | 0.9994 |
| Nanoparticles@Clinoptilolite/HCl   | 0.1328  | 49.4   | 0.6601 | 0.016  | 10.45   | 0.9977 |

**Fig. 9.** plot for the heat of adsorption a) Clinoptilolite/HCl and b) Iron Oxide Nanoparticles@Clinoptilolite/HCl

---

http://japh.tums.ac.ir
Negative value of Gibbs free energy shows the adsorption process of SO\textsubscript{2} is spontaneous. The value of $\Delta S^\circ$ is 3.14 J/mol for modified zeolite with HCl that positive sign shows an increasing degree of irregularity during the adsorption process and adsorption is irreversible. Vice versa the value of $\Delta S^\circ$ is -33.7 for modified zeolite with HCl and iron oxide nanoparticles, negative sign demonstrates decreasing degree of disorderliness during the adsorption of SO\textsubscript{2} [48, 49].

The obtained results from deposition of iron oxide nanoparticles on modified zeolite with HCl suggests that process of nanoparticle deposition on modified zeolite with HCl has had appropriately function with this procedure and can also be acceptable economically.

Modified zeolite with HCl and containing iron oxide nanoparticles showed more power to adsorb sulfur dioxide than modified zeolite with HCl. The presence of iron oxide nanoparticles can have an effective role in the catalysis of pollutants in carry out the process of redox [31]. Iron can cause reducing pollutants by electron transfer them [50]. Electron transfer to pollutants can make the production free radicals of hydroxyl (OH•) and hydrogen (H) in the presence of water vapor and high temperature. The radicals cause decomposition of pollutants by reaction with them. A study in America showed that iron nanoparticles are used to decompose organic compounds in water and they convert to positively charged double iron with giving electrons [51]. This result confirms the above comment about the release of electron through the iron nanoparticles. In a study in Australia, nanoparticles of titanium dioxide (TiO\textsubscript{2}) was applied on porous silicon dioxide (SiO\textsubscript{2}) order to remove volatile organic compounds. They reported that toluene as an indicator of VOCs eliminates with mechanism of adsorption and catalysis [52]. In the present study the mechanisms of adsorption and catalysis can affect the efficiency of removal of SO\textsubscript{2}, adsorbing properties of zeolite and strong catalytic activity of iron oxide nanoparticles. Iron oxide nanoparticles reaction depends on the area, thus the smaller nanoparticles increase the contact area and the rises reactivity of the nanoparticles.

**Conclusion**

According to obtained results, modified zeolite with HCl and iron oxide nanoparticles has a better efficiency in adsorbing of sulfur dioxide compared to zeolite without nanoparticles due to

---

Table 3. Thermodynamic parameters of the adsorption process for SO\textsubscript{2} at different temperatures

| Temperature (K) | Clinoptilolite/HCl | Iron Oxide Nanoparticles@Clinoptilolite/HCl |
|-----------------|--------------------|--------------------------------------------|
|                 | $\Delta G^\circ$ (J) | $\Delta S^\circ$ (J/mol) | $\Delta H^\circ$ (J/mol) | $\Delta G^\circ$ (J) | $\Delta S^\circ$ (J/mol) | $\Delta H^\circ$ (J/mol) |
| 298             | -5726              | 3.14                                      | -4791                     | -9967               | -33.7                      | -20010                     |
| 308             | -5758              |                                           |                          |                     |                            | 9630                       |
| 333             | -5836              |                                           |                          |                     |                            | -8788                      |
| 353             | -5899              |                                           |                          |                     |                            | -8114                      |

---

$\Delta G^\circ$, $\Delta S^\circ$, and $\Delta H^\circ$ are the standard Gibbs free energy, standard entropy, and standard enthalpy of adsorption, respectively. The negative values of $\Delta G^\circ$ confirm the spontaneity of the adsorption process. The positive value of $\Delta S^\circ$ demonstrates an increasing degree of disorderliness during the adsorption process and adsorption is irreversible. The positive value of $\Delta H^\circ$ indicates that the process is endothermic. The data in Table 3 indicate that modified zeolite with HCl and iron oxide nanoparticles have better adsorbing properties than modified zeolite without nanoparticles.
containing abundant uptake sites and iron oxide nanoparticles as catalyst. It can be considered as a practical, reliable and efficient method for the removal of sulfur dioxide from the air.

Financial supports
This research was sponsored by the Vice Chancellor for Research and Technology of Kerman University of Medical Sciences. The authors’ appreciation is expressed here to the Vice Chancellor and to all university staff who provided assistance to make this study possible.

Competing Interests
The authors declare that there is no conflict of interest that would prejudice the impartiality of this scientific work.

Acknowledgments
Paper is the result of thesis in master’s degree of environmental health engineering. This research was conducted at the Environmental Health Engineering Research Center.

Ethical considerations
Ethical considerations (including plagiarism, informed consent, misconduct, data fabrication or falsification, double publication and submission) have been completely observed by the authors.

References
1. Wark K, Warner CF. Air pollution: its origin and control. 1981.
2. Song XD, Wang S, Hao C, Qiu JS. Investigation of SO2 gas adsorption in metal–organic frameworks by molecular simulation. Inorganic Chemistry Communications. 2014;46(0):277-81.
3. Liu Z, Mao X, Tu J, Jaccard M. A comparative assessment of economic-incentive and command-and-control instruments for air pollution and CO2 control in China’s iron and steel sector. Journal of environmental management. 2014;144:135-42.
4. Girard J. Principles of environmental chemistry: Jones & Bartlett Publishers; 2013.
5. Medley AJ, Wong C-M, Thach TQ, Ma S, Lam T-H, Anderson HR. Cardiorespiratory and all-cause mortality after restrictions on sulphur content of fuel in Hong Kong: an intervention study. The lancet. 2002;360(9346):1646-52.
6. Xie S, Qi L, Zhou D. Investigation of the effects of acid rain on the deterioration of cement concrete using accelerated tests established in laboratory. Atmospheric Environment. 2004;38(27):4457-66.
7. Alver BE. A comparative adsorption study of C2H4 and SO2 on clinoptilolite-rich tuff: Effect of acid treatment. Journal of hazardous materials. 2013;262:627-33.
8. Savage M, Cheng Y, Eason TL, Eyley JE, Argent SP, Warren MR, et al. Selective Adsorption of Sulfur Dioxide in a Robust Metal–Organic Framework Material. Advanced Materials. 2016;28(39):8705-11.
9. Srivastava RK, Jozeziewicz W, Singer C. SO2 scrubbing technologies: a review. Environmental Progress. 2001;20(4):219-28.
10. Gollakota SV, Chriswell CD. Study of an adsorption process using silicalite for sulfur dioxide removal from combustion gases. Industrial & engineering chemistry research. 1988;27(1):139-43.
11. Allen SJ, Ivanova E, Koumanova B. Adsorption of sulfur dioxide on chemically modified natural clinoptilolite. Acid modification. Chemical Engineering Journal. 2009;152(2):389-95.
12. Marcu IC, Săndulescu I. Study of sulfur dioxide adsorption on Y zeolite. Journal of the Serbian Chemical Society. 2004;69(7):563-9.
13. Seredych M, Bandoz TJ. Effects of surface features on adsorption of SO2 on graphite oxide/Zr (OH) 4 composites. The Journal of Physical Chemistry C. 2010;114(34):14552-60.
14. Dahlan I, Mei G, Kamaruddin AH, Mohamed AR, Lee KT. Removal of SO2 and NO over rice husk ash (RHA)/CaO-supported metal oxides. Journal of Engineering Science and Technology. 2008;3:109-16.
15. Li G, Wang Q, Jiang T, Luo J, Rao M, Peng Z. Roll-up effect of sulfur dioxide adsorption on zeolites FAU 13X and LTA 5A. Adsorption. 2017:1-12.
16. Rosas JM, Ruiz-Rosas R, Rodriguez-Mirasol J, Corredor T. Kinetic study of SO2 removal over lignin-based activated carbon. Chemical Engineering Journal. 2017;307:707-21.
17. Czuma N, Zarebska K, Baran P, editors. Analysis of the influence of fusion synthesis parameters on the SO2 sorption properties of zeolites produced out of fly ash. InE3S Web of Conferences 2016 (Vol. 10, p. 00010). EDP Sciences.
18. Bu N, Wu J, Mao R, Choe M, Zhen Q. Characterization of Activated Carbon-13X Zeolite Composite and Its Adsorption Mechanism on SO2. Journal of Nanoscience and Nanotechnology. 2016;16(8):8839-45.
19. Abdulrasheed AA, Jalil AA, Triawahyono S, Zaini MA,
31. Hong SS, Lee GH, Lee GD. Catalytic combustion of SO2 and NOX: A review of existing and emerging technologies. Renewable and Sustainable Energy Reviews. 2018;94:1067-85.

20. Wilburn MS, Epling WS. SO2 adsorption and desorption characteristics of Pd and Pt catalysts: Precious metal crystallite size dependence. Applied Catalysis A: General. 2017;534:85-93.

21. Sun W, Lin LC, Peng X, Smit B. Computational screening of porous metal–organic frameworks and zeolites for the removal of SO2 and NOx from flue gases. AIChE Journal. 2014;60(6):2314-23.

22. Nezamzadeh-Ejhieh A, Moazzeni N. Sunlight photocatalytic decolorization of a mixture of Methyl Orange and Bromocresol Green by CuS incorporated in a clinoptilolite zeolite as a heterogeneous catalyst. Journal of Industrial and Engineering Chemistry. 2013;19(5):1433-42.

23. Karousos DS, Sapalidis AA, Kouvelos EP, Romanos GE, Kanellopoulos NK. A study on natural clinoptilolite for CO2/N2 gas separation. Separation Science and Technology. 2016;51(1):83-95.

24. Garcia-Basabe Y, Rodriguez-Iznaga I, de Menorval L-C, Llewellyn P, Maurin G, Lewis DW, et al. Stepwise dealumination of natural clinoptilolite: Structural and physicochemical characterization. Microporous and Mesoporous Materials. 2010;135(1–3):187-96.

25. Henn KW, Waddill DW. Utilization of nanoscale zero-valent iron for source remediation—A case study. Remediation Journal. 2006;16(2):57-77.

26. Ren X, Chang L, Li F, Xie K. Study of intrinsic sulfidation behavior of Fe2O3 for high temperature H2 S removal. Fuel. 2010;89(4):883-7.

27. Chaturvedi S, Dave PN, Shah N. Applications of nano-catalyst in new era. Journal of Saudi Chemical Society. 2012;16(3):307-25.

28. Meimand MM, Javid N, Malakootian M. Adsorption of Sulfur Dioxide on Clinoptilolite/Nano Iron Oxide and Natural Clinoptilolite. Health Scope. 2019;8(2):8.

29. Arci-bar-Orozco JA, Rangel-Mendez JR, Bandosz TJ. Reactive adsorption of SO2 on activated carbons with deposited iron nanoparticles. Journal of hazardous materials. 2013;246:300-9.

30. Hernandez MA, Corona L, Gonzalez Al, Rojas F, Lara V, Silva F. Quantitative study of the adsorption of aromatic hydrocarbons (benzene, toluene, and p-Xylene) on dealuminated clinoptilolites. Industrial & Engineering Chemistry Research. 2005;44(9):2908-16.

31. Hong SS, Lee GH, Lee GD. Catalytic combustion of SO2 and NOX: A review of existing and emerging technologies. Renewable and Sustainable Energy Reviews. 2018;94:1067-85.

20. Wilburn MS, Epling WS. SO2 adsorption and desorption characteristics of Pd and Pt catalysts: Precious metal crystallite size dependence. Applied Catalysis A: General. 2017;534:85-93.

21. Sun W, Lin LC, Peng X, Smit B. Computational screening of porous metal–organic frameworks and zeolites for the removal of SO2 and NOx from flue gases. AIChE Journal. 2014;60(6):2314-23.

22. Nezamzadeh-Ejhieh A, Moazzeni N. Sunlight photocatalytic decolorization of a mixture of Methyl Orange and Bromocresol Green by CuS incorporated in a clinoptilolite zeolite as a heterogeneous catalyst. Journal of Industrial and Engineering Chemistry. 2013;19(5):1433-42.

23. Karousos DS, Sapalidis AA, Kouvelos EP, Romanos GE, Kanellopoulos NK. A study on natural clinoptilolite for CO2/N2 gas separation. Separation Science and Technology. 2016;51(1):83-95.

24. Garcia-Basabe Y, Rodriguez-Iznaga I, de Menorval L-C, Llewellyn P, Maurin G, Lewis DW, et al. Stepwise dealumination of natural clinoptilolite: Structural and physicochemical characterization. Microporous and Mesoporous Materials. 2010;135(1–3):187-96.

25. Henn KW, Waddill DW. Utilization of nanoscale zero-valent iron for source remediation—A case study. Remediation Journal. 2006;16(2):57-77.

26. Ren X, Chang L, Li F, Xie K. Study of intrinsic sulfidation behavior of Fe2O3 for high temperature H2 S removal. Fuel. 2010;89(4):883-7.

27. Chaturvedi S, Dave PN, Shah N. Applications of nano-catalyst in new era. Journal of Saudi Chemical Society. 2012;16(3):307-25.

28. Meimand MM, Javid N, Malakootian M. Adsorption of Sulfur Dioxide on Clinoptilolite/Nano Iron Oxide and Natural Clinoptilolite. Health Scope. 2019;8(2):8.

29. Arci-bar-Orozco JA, Rangel-Mendez JR, Bandosz TJ. Reactive adsorption of SO2 on activated carbons with deposited iron nanoparticles. Journal of hazardous materials. 2013;246:300-9.

30. Hernandez MA, Corona L, Gonzalez Al, Rojas F, Lara V, Silva F. Quantitative study of the adsorption of aromatic hydrocarbons (benzene, toluene, and p-Xylene) on dealuminated clinoptilolites. Industrial & Engineering Chemistry Research. 2005;44(9):2908-16.

31. Hong SS, Lee GH, Lee GD. Catalytic combustion of benzene over supported metal oxides catalysts. Korean Journal of Chemical Engineering. 2003;20(3):440-4.

32. Li P, Miser DE, Rabiei S, Yadav RT, Hajaligol MR. The removal of carbon monoxide by iron oxide nanoparticles. Applied Catalysis B: Environmental. 2003;43(2):151-62.

33. Tahir K, Ahmad A, Li B, Nazir S, Khan AU, Nasir T, et al. Visible light photo catalytic inactivation of bacteria and photo degradation of methylene blue with Ag/ TiO2 nanocomposite prepared by a novel method. Journal of Photochemistry and Photobiology B: Biology. 2016;162:189-98.

34. Garshavsi V, Jahangiri M, Anbia M. Equilibrium CO2 adsorption on zeolite 13X prepared from natural clays. Applied Surface Science. 2017;393:225-33.

35. Liu XL, Guo JX, Chu YH, Luo DM, Yin HQ, Sun MC, et al. Desulfurization performance of iron supported on activated carbon. Fuel. 2014;123:93-100.

36. American Public Health Association, American Water Works Association, Water Pollution Control Federation, Water Environment Federation. Standard methods for the examination of water and wastewater. American Public Health Association.; 1915.

37. Ho YS. Absorption of heavy metals from waste streams by peat (Doctoral dissertation, University of Birmingham); 1995.

38. Grebing LL, Horn JL, Lange JG, Lindh JP, Norstedt PA, Salvius L, et al. Kungl. Svenska vetenskapsakademiens handlingar. Stockholm: L.L. Grebing; 1898.

39. Zhao C, Guo Y, Li W, Bu C, Wang X, Lu P. Experimental and modeling investigation on CO2 sorption kinetics over K2 CO3-modified silica aerogels. Chemical Engineering Journal. 2017;312:50-8.

40. Nandi B, Goswami A, Purkait M. Removal of cationic dyes from aqueous solutions by kaolin: kinetic and equilibrium studies. Applied Clay Science. 2009;42(3):583-90.

41. Chattaraj S, Mohanty D, Kumar T, Halder G. Thermo-dynamics, kinetics and modeling of sorption behaviour of coalbed methane—A review. Journal of Unconventional Oil and Gas Resources. 2016;16:14-33.

42. Majeed NS, Majeed JT. Synthesis of Nanozeolite NaA from Pure Source Material Using Sol Gel Method. Journal of Engineering. 2017;23(6):52-62.

43. Ruiz-Baltazar A, Esparza R, Gonzalez M, Rosas G, Perez R. Preparation and characterization of natural zeolite modified with iron nanoparticles. Journal of Nanomaterials. 2015;16(1):274.

44. Zhou X, Yi H, Tang X, Deng H, Liu H. Thermodynamics for the adsorption of SO2, NO and CO2 from flue gas on activated carbon fiber. Chemical Engineering Journal. 2012;200:399-404.

45. Zhang T, Li J, Yu S, Wang Y. Preparation and Charaterization of a New Desulfurizer and Its Performance on Removal of SO2. Journal of Geoscience and Environment Protection. 2014;2(02):68.

46. Bahiraei A, Afkhami A, Madrakian T, Gheitaran R. Preparation and characterization of γ-Fe2O3 nanoparticles and investigation of its adsorption performance for sulfide, sulfite and thiosulfate from aqueous solutions using ultrasonic assisted method: Modeling and optimization. Ultrasonics sonochemistry. 2018;40:1049-58.

47. Deng H, Yi H, Tang X, Yu Q, Ning P, Yang L. Adsorption equilibrium for sulfur dioxide, nitric oxide, carbon dioxide, nitrogen on 13X and 5A zeolites. Journal of Air Pollution and Health (Spring 2020); 5(2): 107-120.
48. Dursun AY. A comparative study on determination of the equilibrium, kinetic and thermodynamic parameters of biosorption of copper (II) and lead (II) ions onto pretreated Aspergillus niger. Biochemical Engineering Journal. 2006;28(2):187-95.

49. Pimentel P, Melo M, Melo D, Assunçao A, Henrique D, Silva C, et al. Kinetics and thermodynamics of Cu (II) adsorption on oil shale wastes. Fuel Processing Technology. 2008;89(1):62-7.

50. Wang S-P, Zhang T-Y, Su Y, Wang S-R, Zhang S-M, Zhu B-L, et al. An investigation of catalytic activity for CO oxidation of CuO/CexZr1–xO2 catalysts. Catalysis Letters. 2008;121(1-2):70-6.

51. Zhang W-x. Nanoscale iron particles for environmental remediation: an overview. Journal of nanoparticle Research. 2003;5(3):323-32.

52. Zou L, Luo Y, Hooper M, Hu E. Removal of VOCs by photocatalysis process using adsorption enhanced TiO2–SiO2 catalyst. Chemical Engineering and Processing: Process Intensification. 2006;45(11):959-64.